The effect of synthesis procedure on the structure and properties of palladium/polycarbonate nanocomposites

O.P. Valmikanathan a, O. Ostroverkhova a, I.S. Mulla b, K. Vijayamohan b, S.V. Atre a,*

aOregon Nanoscience and Microtechnologies Institute, Oregon State University, Corvallis, OR 97331, United States
bDepartment of Physical and Materials Chemistry Division, National Chemical Laboratory, Pune 411008, India

A R T I C L E   I N F O

Article history:
Received 27 January 2008
Received in revised form 19 May 2008
Accepted 21 May 2008
Available online 3 June 2008

Keywords:
Nanocomposites
In situ and ex situ syntheses
Morphology

A B S T R A C T

In this paper, we compare two procedures for the synthesis of palladium (Pd)/polycarbonate (PC) nanocomposites as well as their morphological, optical, thermal and electrical properties. Pd nanoclusters were produced by the reduction of palladium chloride using a variation of Brust’s method. Discrete Pd nanoclusters of ~15 nm size were formed in the absence of PC in the reaction mixture (ex situ method) while agglomeration of Pd nanoclusters was noticed in the presence of PC in the reaction mixture (in situ method). Fourier transform infrared spectroscopy (FTIR) suggests nanoparticle–polymer interactions and polymer conformational changes in the in situ nanocomposite films. Even after having the same Pd content, the ex situ nanocomposites films were found to transmit more light than the in situ nanocomposites. The glass transition temperature (Tg) decreased by ~16 °C for both the ex situ and in situ samples. Thermogravimetric analysis (TGA) indicated that the presence of Pd nanoclusters significantly improved the thermal stability of the nanocomposites, as evidenced by the enhanced onset of degradation by ~20 °C and ~40 °C for the in situ and ex situ nanocomposites, respectively. The electrical conductivity measurement shows a dramatic difference between these nanocomposites with a significantly higher value for the in situ nanocomposite (resistivity = 2.1 × 1013 Ωm) compared to the ex situ nanocomposite (resistivity = 7.2 × 1011 Ωm).

© 2008 Elsevier Ltd. All rights reserved.

1. Introduction

In the past few years, nanoclusters protected by polymers [1,2] and organic ligands [3–5] have gained increased attention in materials’ research as they offer immense opportunities to design materials with tunable properties. For example, these nanoclusters have been shown to display variations in optical, thermal, electrical and electrochemical properties based on their size. Many of these properties were found to be controlled by the selection of the polymer as well as the distribution of the nanoclusters within the polymer matrix [6,7].

Generally, polymer-protected nanoclusters can be prepared by two different synthetic methods. In the ex situ method, organic ligand-protected nanoclusters are initially prepared followed by homogenous mixing with a polymer solution. In contrast, the in situ method, involves the preparation of nanoclusters in the presence of a polymer. This method generally involves no additional organic ligands as protecting agents other than the polymer. The resulting solutions from either method can subsequently be cast into films.

Several variants of the ex situ method have been reported for the preparation of metal/polymer nanocomposites. For example, dodecanethiol protected gold (Au) nanoclusters were added to styrene or methyl methacrylate monomer and subsequently polymerized [8]. Multilayer films were prepared from Au nanoclusters and chitosan solution [9]. Sputtering of Au nanoclusters on a polystyrene (PS) film has also been reported [10]. Variations of the in situ method have also been reported previously. For example, thermo-labile metallic precursors such as palladium acetate (Pd(OAc)2) have been added to a solution of polymethyl methacrylate (PMMA) in toluene followed by thermalization to form polymer-protected metallic nanoclusters [11]. Films have been obtained by reducing Pd(OAc)2 in the presence of aniline followed by polymerization to form Pd/polyaniline nanocomposites [12]. Monophase reduction of gold chloride (HAuCl4) in the presence of PMMA was also used to produce polymer/metal nanocomposites [13].

From the earlier studies [14–23], it can be inferred that the morphology of the resulting nanoclusters depends on several factors such as molecular weight of the protecting agent; metal salt:protecting agent ratio; functional groups in the protecting agents; reaction temperature; reducing agent; and reduction rate. However, there have been few prior reports pertaining to directly
exploring the effect of the \textit{in situ} and \textit{ex situ} nanocomposite synthesis methods on the structure and properties of the resulting metal/polymer nanocomposite films.

Here we report an \textit{in situ} method for preparing nanocomposite films by reducing palladium chloride (PdCl$_2$) in the presence of polycarbonate (PC) dissolved in dichloromethane. We also synthesized Pd/PC nanocomposite films by an \textit{ex situ} method involving the dispersion of dodecanethiol-protected Pd nanoclusters in a solution of PC in dichloromethane. These nanocomposite films were characterized by transmission electron microscopy (TEM), Fourier transform infrared spectroscopy (FTIR), UV–vis spectroscopy, thermal analysis [thermogravimetric analysis (TGA) and differential scanning calorimetry (DSC)] and electrical conductivity measurements. It was found that the synthesis method had a significant impact on the morphological characteristics and the corresponding optical, thermal and electrical properties of the nanocomposite films.

2. Experimental section

2.1. Materials

Palladium chloride (PdCl$_2$), conc. hydrochloric acid (HCl) and dichloromethane (CH$_2$Cl$_2$) were purchased from Merck, India. Sodium borohydride (NaBH$_4$) and dodecanethiol (C$_{12}$H$_{25}$SH) were purchased from Aldrich, USA. Polycarbonate (Caliber T303, $M_w$: 160,000) was obtained from Dow Chemicals, USA. Deionized water with a resistivity of 18 × 10$^4$ Ωm was obtained from a Millipore unit.

2.2. Synthesis of Pd/PC nanocomposite films

In the \textit{ex situ} method, C$_{12}$H$_{25}$SH-protected Pd nanoclusters were prepared using Brust method [24]. The Pd nanoclusters were then homogenously mixed with a solution of 40 mg of PC in 20 ml of CH$_2$Cl$_2$ (1.6 μM) followed by film casting at room temperature. In the case of the \textit{in situ} method, PC (40 mg) was dissolved in CH$_2$Cl$_2$ (20 ml) (1.6 μM). PdCl$_2$ (15 mg) was first dissolved in 2 ml of conc. HCl so as to form a complex [PdCl$_4$]$^{2-}$ and was further dissolved in 48 ml water to form a 1 mM solution. This biphasic mixture was stirred continuously using a magnetic stirrer for 30 min. A freshly prepared solution of NaBH$_4$ in 20 ml water (0.1 M) was added drop-wise to the mixture. The color of the reaction mixture changed rapidly from golden yellow to black, indicating the formation of Pd nanoparticles. After stirring for 3 h, the organic phase was separated, washed with water and was directly cast into film at room temperature. Soon after the reduction nearly all of the reduced Pd nanoparticles get themselves shifted from aqueous phase to organic phase. Both the \textit{ex situ} and \textit{in situ} films were cast in two different thicknesses (20 μm and 3 μm). Films of 3 μm thickness were used for optical properties measurement as the 20 μm thick films were found to be nearly opaque. The remaining characterization methods involved the 20 μm thick films.

2.3. Characterization of Pd/PC nanocomposite films

TEM micrographs were taken on a JEOL model 1200 EX instrument operated at an accelerating voltage of 120 kV. Samples for TEM analysis were of a stock solution of 0.5 ml of 1 wt% nanocomposite solution in dichloromethane. These stock solutions were cast on a carbon coated Cu grid (400 meshes) and dried slowly at room temperature. FTIR spectroscopic measurements of the nanocomposite films were carried out on a Perkin–Elmer FTIR 1760 X spectrometer operating at a resolution of 4 cm$^{-1}$ in the range of 300–4000 cm$^{-1}$. UV–vis spectra of samples were taken with an Ocean Optics USB 2000 spectrometer with an operating range from 300 nm to 1000 nm. Thermogravimetric analysis was performed using Perkin–Elmer TGA-7 thermal analysis system, operated under nitrogen flow in the temperature range of 50–700 °C with a heating rate of 20 °C/min. The calorimetric measurements were carried out using a DSC-7 (Pyris 1, Perkin–Elmer) unit over a temperature range of 20–200 °C. The samples were heated at the rate of 20 °C/min under nitrogen atmosphere. Electrical conductivity measurements were made on the nanocomposite films by using Keithley-237 source measure unit. The voltage was applied and the current flow was monitored. The leads (alligator clips) were directly clipped on the sample suspended in air. The experiment was repeated at several distances between the leads.

3. Results and discussion

3.1. Morphology of Pd/PC nanocomposites

The TEM image of the \textit{ex situ} nanocomposite with 2 vol.% Pd (on a stoichiometric basis) revealed dispersed Pd nanoclusters of ~15(±0.6) nm embedded in PC matrix (Fig. 1a). Based on earlier reports on the synthesis and morphology of n-alkanethiol-protected Pd nanoclusters [15,20], the presence of dodecanethiol on the surface of the Pd nanoclusters in the present study is likely to ensure the separation of the nanoclusters even after mixing with PC. However, the average particle size of the Pd nanoclusters in
previous studies was found to be ~5 nm in size; using the Brust method [24]. Although the identical metal salt:thiol ratio and reducing agent were used in the present study, an increase in the size of the nanoclusters was found. This was confirmed to be at least partly due to the absence of the surfactant, tetracetyl ammonium bromide, in the reaction mixture which helps in phase transfer of reduced Pd nanoclusters. The effect of increased temperature of the reaction mixture from ice-cold condition in the earlier studies in comparison to the reaction at room temperature may have also contributed to the increased size of the nanoclusters [25]. A difference in the concentration of reducing agent may have also contributed to the increase in the average size of nanoclusters.

In contrast to the above system, in situ nanocomposite of Pd nanoclusters (2 vol.% on a stoichiometric basis) in PC showed significant agglomeration (Fig. 1b). Similar observations on agglomeration were reported by Chen et al. using Pd/mercapto-poly(ethylene glycol) [13], Chatterjee and Jewrajka with Au/poly(dimethylamino ethyl methacrylate-b-methyl methacrylate) copolymers (mol. wt. 50,000) [21], and Colberre et al. using Au/thiol terminated polystyrene (mol. wt. 80,000) [22]. However, discrete nanoclusters were also noted by Tamilselvan et al. in Au/poly (styrène-b-vinyl pyrrolidone) copolymer systems (mol. wt. 30,000, nanocluster size: ~9 nm) [26], and Khanna et al. [27] in Ag/poly(vinyl alcohol) systems (mol. wt. 125,000, nanocluster size: ~10 nm). Thus, morphological changes in nanocomposites appear to be strongly dependent on the specific polymer system and reaction conditions.

Wang et al. have suggested that in order to obtain discrete nanoclusters, the rate of adsorption of organic ligands on the surface of nanoclusters should equal the rate of nanocluster formation [18]. Accordingly, organic ligands with lower molecular weight have generally been found to be more effective in limiting the nanoclusters’ size [15,28]. The wide-ranging behavior of agglomeration in nanocomposites prepared by the in situ methods may also be due to the differences in the conformations of the polymer chain in different studies. These conformational differences can arise from variations in molecular weight, solvent, and temperature. Consequently, the mobility of the polymer during adsorption on the nanocluster surface can be affected, thereby limiting the agglomeration of the nanoclusters. In addition, the nature of interactions between the polymer and the surface of the nanoclusters may also play a role in determining the morphology of the resulting nanocomposites. Further studies are needed to better understand the differences in morphologies observed between the in situ and ex situ nanocomposites. The following sections examine the consequences of the differences in morphology on the resulting properties of the nanocomposites.

3.2. Chemical interactions of Pd/PC nanocomposites

The FTIR spectra for PC, the ex situ and in situ Pd/PC nanocomposites are shown in the Fig. 2. All peak positions of PC and the nanocomposites were assigned and tabulated in Table 1 along with references from prior studies [29–37]. From the figure, we can confirm that at high wavenumber region (2600–3200 cm⁻¹), no major differences can be noted between PC and the in situ nanocomposite. However, with the ex situ nanocomposite two new peaks at 2922 cm⁻¹ and 2851 cm⁻¹ were seen. From the assignments, it can be concluded that the appearance of these peaks is due to the presence of alkyl chains from dodecanethiol adsorbed on Pd nanoclusters in the ex situ nanocomposite.

![Fig. 2. FTIR spectra of PC and the in situ and ex situ Pd/PC nanocomposites.](image-url)
In the wavenumber region of 1350–1950 cm\(^{-1}\), the peak trends of the PC and the \(\text{ex situ}\) nanocomposites were nearly the same. However, the \(-\text{C}=\text{O}\) peak showed a red shift to 1778 cm\(^{-1}\) for the \(\text{in situ}\) nanocomposites. The shift was also accompanied with a broadening of peak from 39 cm\(^{-1}\) to 64 cm\(^{-1}\) (bandwidth at half maximum is shown in Table 2). This may have arisen due to the conformational changes in the PC as noticed by Heymans and Rossum [31] and Dybal et al. [37] or due to chemical interactions between the carbonyl group of PC and the Pd nanoclusters. Additionally, a minor change in the peak position at 1598 cm\(^{-1}\) was noted for the \(\text{in situ}\) nanocomposite. Similar to prior explanations by Heymans and Rossum [31] this may be due to conformational changes in the phenyl ring of the PC.

Two new peaks at 1249 cm\(^{-1}\) and 1214 cm\(^{-1}\) were noticed for the \(\text{in situ}\) nanocomposite instead of the 1236 cm\(^{-1}\) peak that can be noticed in PC and the \(\text{ex situ}\) nanocomposite. From the assignments in Table 1, we can infer that there is a possibility of conformational changes in the \(-\text{C}=\text{O}=\text{C}\) group of the PC chains when they interact directly with Pd nanoclusters. Other changes that can be observed in the low wavenumber region include the reduction in the peak intensities at 1164 cm\(^{-1}\), 1082 cm\(^{-1}\) and broadening of peak at 1012 cm\(^{-1}\) for the \(\text{in situ}\) nanocomposites, usually associated with the \(-\text{C}=\text{O}=\text{C}\) symmetric stretch, phenyl bending and aromatic \(-\text{C}=\text{O}\) stretching, respectively.

Taken together, it may be concluded that the proximity to the Pd nanocluster surface can induce significant conformational changes in the PC chains in the \(\text{in situ}\) nanocomposite. However, the presence of the dodecanethiol monolayer appears to prevent such perturbations in the \(\text{ex situ}\) nanocomposite. Further research is required to sufficiently explain the changes in the polymer vibrational modes since the possibility of complicating factors such as scattering effects and electromagnetic field changes due to the presence of the metal nanoclusters cannot be ruled out.

### 3.3. Optical properties

Transmittance spectra of the 3 \(\mu\)m thick \(\text{ex situ}\) and \(\text{in situ}\) Pd/PC nanocomposite films (2 vol.% Pd on a stoichiometric basis) in the UV–vis–IR region (400–1000 nm) are shown in Fig. 3. It can be observed that the transmittance of the \(\text{ex situ}\) nanocomposite film was higher than that observed for the \(\text{in situ}\) nanocomposite film at any wavelength in the investigated UV–vis–IR region. However, similar to the prior work by Checchetto et al. [38], the percentage transmittance of light by PC remains nearly constant at 70 (±0.2)% from 400 nm through 800 nm. Early reports studied the influences of concentration, size, shape, and size distribution of the nanoparticles as well as the molecular weight of the protecting agent on the optical properties of the nanocomposites. For example, Aymonier et al. [11] with Pd/PMMA, Akamatsu et al. [39] with Ag/Nylon, and Nemamcha et al. [40] with Pd/poly(vinyl pyrrolidone) have shown that the transmittance of light in the UV–vis region decreased with increase in the metal nanoparticle concentration. Chang et al. [41] on their work on Au nanorods stated that the absorption peaks shift towards red as the mean aspect ratio of the particle increases. Balamurugan and Maruyama [42] noted a red shift in the peak positions with the increase in the particle size. The work of Jiang et al. [43] on the synthesis of Au nanorods explains the influence of shapes like cube, sphere and unshaped particles on the absorption spectra of Au nanoparticles. Gao et al. [44] found that the plasmon absorption maxima (inversely proportional to transmittance) of Au nanoparticles decrease with increase in the size of the capping agent, alkyltrimethylammonium bromide. Gole and Murphy [45] found that in the case of Au nanorods coated with polyelectrolyte, the plasmon absorption maxima of Au decrease with increase in the thickness of the coating. In complement to the above-mentioned reports, in our work, we tried to study the influence of nanocomposite film morphology on the transmittance of light in the UV–vis–IR region. Further studies are required for understanding the optical properties of these nanocomposites in a detailed manner.

### Table 1

Table 1 FTIR peaks for PC and Pd/PC nanocomposites

<table>
<thead>
<tr>
<th>Sample</th>
<th>Peak position (cm(^{-1}))</th>
<th>Bandwidth at half maximum (cm(^{-1}))</th>
</tr>
</thead>
<tbody>
<tr>
<td>PC</td>
<td>1772</td>
<td>39</td>
</tr>
<tr>
<td>Pd/PC (ex situ)</td>
<td>1772</td>
<td>42</td>
</tr>
<tr>
<td>Pd/PC (in situ)</td>
<td>1778</td>
<td>64</td>
</tr>
<tr>
<td>PC</td>
<td>1012</td>
<td>16</td>
</tr>
<tr>
<td>Pd/PC (ex situ)</td>
<td>1012</td>
<td>16</td>
</tr>
<tr>
<td>Pd/PC (in situ)</td>
<td>1014</td>
<td>26</td>
</tr>
</tbody>
</table>

### Table 2

Table 2 The bandwidth at half maximum for various peaks in PC and the \(\text{ex situ}\) and \(\text{in situ}\) Pd/PC nanocomposites

<table>
<thead>
<tr>
<th>Sample</th>
<th>Peak position (cm(^{-1}))</th>
<th>Bandwidth at half maximum (cm(^{-1}))</th>
</tr>
</thead>
<tbody>
<tr>
<td>PC</td>
<td>1772</td>
<td>39</td>
</tr>
<tr>
<td>Pd/PC (ex situ)</td>
<td>1772</td>
<td>42</td>
</tr>
<tr>
<td>Pd/PC (in situ)</td>
<td>1778</td>
<td>64</td>
</tr>
<tr>
<td>PC</td>
<td>1012</td>
<td>16</td>
</tr>
<tr>
<td>Pd/PC (ex situ)</td>
<td>1012</td>
<td>16</td>
</tr>
<tr>
<td>Pd/PC (in situ)</td>
<td>1014</td>
<td>26</td>
</tr>
</tbody>
</table>
3.4. Thermal properties

A comparison of the DSC profiles of the nanocomposites is shown in Fig. 4. It was found that the \( T_g \) of both the \textit{ex situ} and \textit{in situ} nanocomposites (with 2 vol.% Pd on a stoichiometric basis) decreased by 16 °C (from 146(±2) °C to 130(±1) °C). Aymonier et al. [11] observed ~9 °C decrease in \( T_g \) for Pd/PMMA (Pd content: 0.01 vol.%) nanocomposites synthesized by a different route. Differences in concentration (~0.1 wt%) and nanocluster size (~2 nm) between their work and the present study may account for differences in the magnitude of the change in \( T_g \). Earlier studies by Liu et al. [13] using Au/PMMA (molar ratio: 1:5.25) and Hsu et al. [46] with Au/polyurethane (Au content: 0.065 wt%) also showed a decrease in \( T_g \) by 20 °C and 5 °C, respectively. Prior studies with fumed silica-based poly(4-methyl-2-pentyne) and poly(1-trimethylsilyl-1-propyne) nanocomposites indicated a substantial rise in gas permeability compared to the unfilled polymers suggesting an increase in free volume between the polymer chains [47,48]. In a similar manner, the Pd nanoclusters embedded may have increased the free volume between the PC chains, thereby reducing the \( T_g \) of the nanocomposites. However, an increase in \( T_g \) by 7 °C was also noted by Ash et al. [49] in alumina/PMMA nanocomposites (Alumina content: 10 wt%). The presence of strong interactions between the carbonyl groups of PMMA and alumina is well known [50]. Consequently, the polymer chains will be strongly pinned to the surface of the metal oxide, thereby increasing \( T_g \). In contrast, relatively weak interactions exist in the Pd/PC nanocomposites as evidenced by the FTIR data. Similarly, relatively weak interactions between the filler and polymer are likely to exist in the fumed silica and Au-based nanocomposites, resulting in an increase in free volume and a corresponding decrease in \( T_g \).

Thermogravimetric analysis performed under nitrogen (Fig. 5) indicated that the incorporation of Pd nanoclusters in PC for the \textit{ex situ} nanocomposite increased the thermal stability of the PC matrix from ~430(±5) °C to ~470(±2) °C. In comparison, in the \textit{in situ} nanocomposite an improvement in thermal stability to ~450(±2) °C was observed. A similar rise in thermal stability was noted in earlier reports by Huang et al. [51] for Au/poly(methyl styrene) (particle size: 3.5 nm and Au content: 5 wt%), Aymonier.
3.5. Electrical conductivity

The influence of Pd nanoclusters on the electrical behavior of 20 μm thick Pd/PC nanocomposite films is shown in Fig. 6. PC is electrically insulating in nature with a volume resistivity of about 2.1(±0.1) × 1010 Ωm. No significant difference is observed for the ex situ nanocomposite which showed a resistivity of 7.2(±0.2) × 1012 Ωm. However, the in situ nanocomposite showed a linear increase in the current with the voltage indicating a constant resistance of about 442(±19) kΩ and a resistivity of 2.1(±0.1) × 1011 Ωm. Similar results were seen in earlier studies by Athawale et al. [52] on Pd/polyaniline nanocomposites and Rao and Trivedi [53] on Pd/polypropylene nanocomposites. However, these studies involved conducting polymers in contrast to an electrically insulating polymer (PC) in the present work. The origin of the striking differences in the behavior of the in situ and ex situ nanocomposites is not completely clear. The insulating nature of the ex situ nanocomposite appears reasonable because of the presence of discrete Pd nanoclusters. Here, the nanoclusters would be separated from each other by dodecanethiol before being embedded into the PC matrix. However, the in situ nanocomposite, the agglomerated Pd nanoclusters also appear to be discrete islands of agglomerates in the polymer. Further work is therefore necessary to understand the differences in electrical conductivity in the in situ and ex situ nanocomposites.

4. Conclusions

Pd/PC nanocomposites prepared by the ex situ and in situ methods exhibited marked differences in their morphology. The Pd nanoclusters produced by the ex situ method were well dispersed while the Pd nanoclusters produced by the in situ method were agglomerated. In the absence of any capping agent such as thiol or polymer, stable Pd nanoclusters could not be obtained due to inadequate stabilization. FTIR data of the PC and the in situ and ex situ nanocomposites showed significant changes in the peak positions in situ nanocomposites, suggesting possible conformational changes in the PC chains in the presence of the Pd nanoclusters. The nanocomposites exhibited a strong dependence of optical, thermal and electrical properties on their morphology. For the same Pd content, the ex situ nanocomposites were found to transmit more light than the in situ nanocomposites in the UV–vis–IR region. The 

References

[34] Liu CK, Hu CT, Lee S. Polymer Engineering and Science 2005;45(5);687–93.